<table>
<thead>
<tr>
<th><strong>Title</strong></th>
<th>ZnO nanowires with high aspect ratios grown by metalorganic chemical vapor deposition using gold nanoparticles</th>
</tr>
</thead>
<tbody>
<tr>
<td><strong>Author(s)</strong></td>
<td>Kim, SW; Fujita, S; Fujita, S</td>
</tr>
<tr>
<td><strong>Citation</strong></td>
<td>APPLIED PHYSICS LETTERS (2005), 86(15)</td>
</tr>
<tr>
<td><strong>Issue Date</strong></td>
<td>2005-04-11</td>
</tr>
<tr>
<td><strong>URL</strong></td>
<td><a href="http://hdl.handle.net/2433/39670">http://hdl.handle.net/2433/39670</a></td>
</tr>
<tr>
<td><strong>Right</strong></td>
<td>Copyright 2005 American Institute of Physics. This article may be downloaded for personal use only. Any other use requires prior permission of the author and the American Institute of Physics.</td>
</tr>
<tr>
<td><strong>Type</strong></td>
<td>Journal Article</td>
</tr>
</tbody>
</table>
ZnO nanowires with high aspect ratios grown by metalorganic chemical vapor deposition using gold nanoparticles

Sang-Woo Kim and Shizuo Fujita

International Innovation Center, Kyoto University, Kyodai-Katsura, Nishikyo-ku, Kyoto 615-8510, Japan

Shigeo Fujita

Department of Electronic Science and Engineering, Kyoto University, Kyodai-Katsura, Nishikyo-ku, Kyoto 615-8510, Japan

(Received 19 April 2004; accepted 24 January 2005; published online 7 April 2005)

ZnO nanowires with diameters ranging from 20 to 60 nm and lengths in the range 5–15 μm were synthesized by metalorganic chemical vapor deposition, assisted by colloidal gold nanoparticles with a diameter of 20 nm dispersed on SiO2/Si substrates. The ZnO nanowires were found to have a high-internal quantum efficiency and negligibly weak deep-level emission, as evidenced by photoluminescence measurements. The clear observation of free-exciton and biexciton emission indicates that the ZnO nanowires prepared by this method are of high quality. © 2005 American Institute of Physics. [DOI: 10.1063/1.1883320]
substrate and those on a bare SiO$_2$/Si substrate were observed, indicating that the nucleation of ZnO for the rod structure on the SiO$_2$ surface$^{11}$ governs the entire growth of ZnO rather than nucleation of ZnO, assisted by Au nanoparticles at the growth temperature 400 °C. On the other hand, flower-like ZnO structures were densely grown at 550 °C on a bare SiO$_2$/Si substrate without Au nanoparticles. This strongly suggests that Au nanoparticles play an important role in the formation of ZnO nanowires at this growth temperature of 550 °C. As shown in Fig. 2(d), ZnO nanowires with Au-alloyed tips were fabricated on the Au nanoparticle-dispersed substrate at 900 °C, clearly indicating that the formation of ZnO nanowires by MOCVD at the high growth temperature of 900 °C is mainly the result of a VLS process. The specific role of Au nanoparticles in the formation of the ZnO nanowires by MOCVD will be studied in detail in a further study.

The optical properties of the nanowires were characterized by PL measurements. The ZnO-nanowire sample shown in Fig. 1(b) was used for the PL measurements. The temperature dependencies of the spectra and integrated intensity of the PL are shown in Figs. 3(a) and 3(b), respectively. The peak labeled “EX” (3.375 eV) and another peak labeled “D$^{0}$X” (3.362 eV) can be attributed to free exciton and neutral donor-bound exciton emission, respectively. The emission bands labeled “EX-1LO” and “EX-2LO” originate from the radiative recombination of the first and second longitudinal optical (LO) phonon replicas of free excitons, respectively, considering an energy separation for each emission band of about 64 meV.$^{14}$ This ZnO-nanowire sample exhibited a negligible deep-level emission band in all temperature ranges examined (not shown).

As mentioned in the first paragraph of this letter, a number of groups have reported the deep-level emission associated with point defects in their ZnO nanostructures.$^{6-9}$ Very recently, Shahlish et al. showed that the size reduction of ZnO nanowires on Si using a mixture of ZnO and graphite powders as the growth source causes more atoms to be closer to the surface, resulting in a surface-luminescence (deep-level emission) increase at the expense of band-edge emission.$^{13}$ It is noteworthy that most reports on the optical properties of MOCVD-grown ZnO nanorods$^{5,10,11}$ and nanowires (this work) point out that the deep-level emission band is very weak, almost negligible, compared with the band-edge emission even at RT. From this comparison, it would appear that MOCVD-growth is an efficient method for producing high-quality ZnO nanostructures with less-sensitive surface states.

As the temperature is increased, the EX band becomes dominant compared to the D$^{0}$X band due to the thermal dissociation of donor-bound-excitons. In typical ZnO films or bulk crystals, the EX band is not clearly observed at low temperatures due to the localization of excitons by impurities (especially donors). At higher temperatures, usually over 70 K, the EX band is predominant because of the ionization of impurities that are used to bind excitons at low temperatures.$^{14}$ The clear observation of the dominant EX band in the emission spectrum, even at a temperature as low as 50 K, as well as the fact that the EX peak remains as a shoulder of the D$^{0}$X peak at 10 K, suggests that low levels of impurities were incorporated in the sample. The intensity ratio ($I_{10 K}/I_{300 K}$) of the integrated luminescence intensity between 10 and 300 K was 7.6, which is much lower than the case of ZnO thin films on either Si or Al$_2$O$_3$ substrates (in our samples,$^{14}$ $I_{10 K}/I_{300 K} > 100$). It should be noted that the integrated luminescence intensity is largely unchanged (10–30 K) and the near-band edge emission as a main emission band (negligibly weak deep-level emission as already mentioned) is very strong in all temperature ranges examined in the PL measurements. In the above characteristics, similarly to the previous publications,$^{16,17}$ one may assume that all of the carriers radiatively recombine at 10 K and the internal quantum efficiency at 300 K is derived by the integral intensity ratio as $I_{300 K}/I_{10 K} > 100$%. Thus, the internal quantum efficiency of the ZnO-nanowire sample is estimated to be about 13% at 300 K, which is comparable to that of ZnO nanoparticles.$^{18}$ The clear observation of the EX band even at low temperatures and the high-internal quantum efficiency could be due to enlarged surface areas emitting photons by nanostructuring and the formation of an individual ZnO nanowire with a lower density of defects, such as a dislocation, compared with that of a ZnO thin film.

Figure 4 shows PL spectra obtained for ZnO nanowires under various excitation densities at 77 K. The PL spectra under high excitation were obtained using a mode-locked Ti: Al$_2$O$_3$ laser with a repetition rate of 80 MHz and a 1 kHz regenerative amplifier (REGEN). The output pulse of the REGEN has a pulse duration of about 150 fs at a wavelength of 796 nm. The pump pulse of 330 nm obtained from an optical parametric amplifier (OPA) was used in this experiment.
ment. EX and D^0X bands are clearly observed in the PL spectrum excited by a He–Cd laser at 77 K. As the excitation density increases, a new emission band labeled “BX” appears at 3.35 eV. The PL-integrated intensity of the EX band exhibited a linear dependence on the excitation density (I_{EX} \propto I_{EXC}^{1.06})
while that of the emission band BX grew superlinearly with respect to the excitation density (I_{BX} \propto I_{EXC}^{1.34}). In addition, the energy separation of the two peaks EX and BX was 20 meV in the PL spectrum, which is in general agreement with the reported value of 12–20 meV for the biexciton binding energy of ZnO.\textsuperscript{19–21} From the experimental results, we conclude that the origin of the broad BX band is from the radiative recombination of biexcitons.

The result showing that the luminescence intensity of the BX band with the excitation power density follows \( I_{BX} \propto I_{EXC}^{1.34} \) indicates that the biexciton density does not vary with the square of the exciton density. One of the reasons for the reduction in the exponent from 2 could be explained by considering the short recombination time of excitons and biexcitons in direct-band-gap materials.\textsuperscript{22,23} The radiative lifetime of biexcitons is shorter than that of excitons, resulting in the absence of any quadratic dependence of biexciton density as a function of exciton density. For other reasons, the reduction in the exponent might be also due to the D^0X band overlapping the BX band and the biexcitons being scattered and annihilated by excitons, other biexcitons, and bound excitons.\textsuperscript{23,24}

In summary, high-quality ZnO nanowires with high aspect ratios were synthesized at a MOCVD-growth temperature (550 °C) by means of assistance by colloidal Au nanoparticles dispersed on SiO\textsubscript{2}/Si substrates by a spin-coating technique. ZnO nanowires with diameters of 20–60 nm and lengths of 5–15 μm showed a high-internal quantum efficiency and negligibly weak deep-level emission in addition to a clearly observed EX band even at low temperatures (10–50 K) in PL measurements. These promising optical properties of MOCVD-grown ZnO nanowires can be attributed to the formation of an individual ZnO nanowire with a lower density of defects compared with that of a ZnO thin film and enlarged surface areas for emitting photons. The appearance of the BX band originating from the radiative recombination of biexcitons provides additional evidence that the ZnO nanowires in this study are of high quality.

The authors thank K. Kojima and M. Ueda for help in some of the experiments. This work was partly supported by Grants for Regional Science and Technology Promotion from the Ministry of Education, Culture, Sports, Science, and Technology of Japan.

\textsuperscript{7}H. T. Ng, B. Chen, J. Li, J. Han, and M. Meyyappan, Appl. Phys. Lett. \textbf{82}, 2023 (2003).
\textsuperscript{13}In order to estimate the density of the MOCVD-grown ZnO nanowires on the substrate at 550 °C, the nanowires in Fig. 2(a) have been carefully examined. The density of the nanowires was approximately 2 × 10^7 cm\textsuperscript{-2}.